Key indicators: single-crystal X-ray study; T = 291 K; mean (C-C) = 0.004 Å; R factor = 0.034; wR factor = 0.077; data-to-parameter ratio = 22.9.
In the crystal structure of the title molecular salt, (C 13 
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In room temperature benzyltriethylammoniumchlorine (10 mmol, 2.28 g) were dissolved in 30 ml water, then a solution with ZnCl 2 (5 mmol, 0.68 g) was dropped slowly into the previous solution with properly sirring. Single crystals suitable for X-ray structure analysis were obtained by the slow evaporation of the above solution after two weeks in air with some colorless solid blocks appeared after days with yield about 75%.
The dielectric constant of the compound as a function of temperature indicates that the permittivity is basically temperature-independent (ε = C/(T-T 0 )), suggesting that this compound is not ferroelectric or there may be no distinct phase transition occurring within the measured temperature (below the melting point). Figures Fig. 1 . The molecular structure of (I) showing 30% probability displacement ellipsoids.
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